Semiconducting to metallic transition in \( C_x(BN)_y \) nanotubes: effects of C stripes in BN basis

Thiago A. de Souza\(^1\) (thiago.fisica@gmail.com), Fernando Sato\(^2\) (fernando.sato@ufjf.br), Mirian L. N. M. Mello\(^1\) (mirianmottamelo@unifei.edu.br), Ana Claudia M. Carvalho\(^3,\ast\) (anaclaudia@ufs.edu.br)

\(^1\)Instituto de Física e Química, Universidade Federal de Itajubá, Av. BPS, 1303, Bairro Pinheirinho, Itajubá, MG 37500 903, Brazil.

\(^2\)Departamento de Física, Instituto de Ciências Exatas, Campus Universitário, Universidade Federal de Juiz de Fora, MG 36036-900, Brazil.

\(^3\)Departamento de Ciências Naturais, Universidade Federal de São João Del-Rei, Praça Dom Helvécio, 74, Fábricas, São João Del-Rei, MG 36301-160, Brazil.

Article history: received: July, 08; accepted: December, 8. Available online: DOI:

Abstract

In this work, we study the structural and electronic properties of \( C_x(BN)_y \) nanotubes, varying the \( C_x \) concentration in the BN base structure. The developed work was done combining semiempirical, density functional theory (DFT) and Green’s function calculation methods. In the first part, we shown by structure energies that the distribution of B − C, C − N, C − C, and B − C chemical bonds greatly influence the structural stabilization of the nanotubes and the integration of the carbon (C) atoms within the \( C_x(BN)_y \) systems has a strong dependence on the atomic distribution of B, C, and N atoms, independently of increasing of carbon atoms concentration in the tubular structure. In the second part, we shown that atomic distribution of B, C, and N atoms has also a strong impact on the electronic band gap, transforming the electronic structure of initial BN electronic configurations.

Keywords: Boron carbonitride nanostructures, DFT, electronic properties, energy band gap, Green’s function.

1. Introduction

Tubular nanostructures composed of carbon (C), boron (B), and nitrogen (N) atoms were proposed theoretically in 1994 [11, 13, 14, 44, 14, 47] and obtained experimentally in 1995 [6, 27, 35, 45, 58, 66, 71, 72, 76, 79, 80, 83, 84, 85]. These nanostructures are known as boron carbonitride (\( B_xC_yN_z \)) nanotubes [44]. Carbon nanotubes can be metallic or semiconductor materials, depending on their diameter and chirality [62]. On the other hand, BN nanotubes present insulator behavior, with an energy band gap value from ~3.0 to ~6.0 eV [10, 15, 19, 23, 34, 70]. However, the B − C − N ternary tubular structures are semiconducting with band gaps lower than that of BN nanotubes and, furthermore, the value of the gap opening is dependent

\*Corresponding author. E-mail: anaclaudia@ufs.edu.br
on the chemical composition [13, 14, 18, 35, 37, 44]. Consequently, the electronic properties of $B_xC_yN_z$ tubes can be engineered to the desired level by controlling their chemical composition.

An important member of the $B_xC_yN_z$ family is the $BC_2N$ nanotube [2, 6, 3, 39, 55, 77]. Experimental and theoretical results have shown that this nanotube is the most energetically favorable structure [3], with semiconducting character, the gap being lower than that of BN nanotube. Since the $BC_2N$ nanotube is a ternary composite, so a number of possibilities exist to form the hexagonal structure with different patterns. Liu et al [37] proposed several structures depending on the linkage of B, C, and N bonding including two different geometric structures of a (4,4) $BC_2N$ nanotube. Among these, one (type I) showed metallic characteristics, whereas another (type II) was a semiconductor. In addition to this, other possible atomic arrangements and chemical compositions (BCN, $B_3C_2N_5$, $BCaN$, and $B_2C_2N_5$) of $B - C - N$ tubular structures can also be found in the literature [9, 18, 20, 26, 37, 42, 43, 60, 68, 75, 77, 86]. By virtue of these flexible electronic properties (from metallic to semiconducting), these materials have several potential applications such as electrical conductors [6, 30, 36, 81], capacitors, light-emitting diodes, optical devices [6, 18, 29, 30, 55], and gas adsorption devices [7, 33].

Considering the different stoichiometries proposed in the literature, and their relationship with the electronic properties, there is a discussion about the roles played by four important parameters in determining the electronic characteristics of $B_xC_yN_z$ nanotubes. These are: (i) stoichiometry, (ii) diameter, (iii) chirality, and (iv) atomic distribution of B, C, and N atoms in the hexagonal network. In light of the theoretical results for the same stoichiometry, $B_xC_yN_z$ nanotubes can show different diameters, chiralities, and atomic arrangements [2, 26, 52, 56, 77, 78]. That being said, some studies have indicated that the electronic band gap values can be altered according to nanotube chirality and diameter [26, 55, 56]. Besides, Miyamoto [44] and Liu [37] suggested that the more symmetric $BC_2N$ nanotubes have lower band gap values and are independent of the chirality and diameter of the tube. Additionally, Azevedo et al [2, 3] showed that in the case of $BC_2N$ and BCN nanotubes, the band gap values depend on the B, C, and N atomic arrangement in the hexagonal network. Moreover, theoretical studies suggested that in the case of $B - C - N$ ternary tubular structures, it is the C atoms (rather than B and N) which act as dopant atoms in BN nanotubes. Therefore, the electronic properties of BN nanotubes [1, 33, 39, 41, 56, 82, 86] can be modified by the concentration of C atoms along with their atomic distribution. Carvalho et al [68] demonstrated that $B_3C_2N_5$, BCN, and $B_2C_2N_5$ nanotubes could be as stable as $BC_2N$ tubes, depending on the atomic distribution. In addition, the minimum number of B – C bonds led to the most favorable structures.

In the present work, we report a quantum chemical study of $C_x(BN)_y$ zigzag and armchair nanotubes with different stoichiometries and atomic distributions. The domain formation in the $B_xC_yN_z$ nanostructures, and the dependence of the electronic properties on the distribution of B, N, and C atoms are well documented in the literature. However, our results provide new insight into the relationship between the electronic properties of $C_x(BN)_y$ nanotubes, their chemical composition and atomic arrangement of B, C, and N atoms in the tubular structure. We also examine the role played by C doping in the energetic and structural stabilization of these systems, together with the C domain formation in the BN network.
2. Methodology and Computational details

We optimized the geometries of tubular structures composed of BN and B − C − N atoms using the semiempirical Austin Method 1 (AM1) quantum chemical technique [59], which is based on Hartree-Fock theory as implemented in GAMESS package [65]. The energy associated with the incorporation of C was calculated as the difference between the formation enthalpies of C-doped and pure BN systems, divided by the number of carbons. In the case of the electronic properties, the $C_\chi (BN)_\nu$ nanotubes were described within the framework of the $\pi$-band tight-binding model. The density of states (DOS) and energy band gaps were then numerically calculated by Green’s function formalism, employing the Rubio-Sancho technique (TB/GF) [64]. The physical parameters used for the numerical calculations were taken from the literature [46]. The on-site energies for B and N atoms were $\varepsilon_B = +2.33$eV and $\varepsilon_N = -2.50$eV, respectively, relative to the C on-site energy ($\varepsilon_C = 0.0$eV); the values for the hopping integrals were $t_{C-C} = -3.0$eV, $t_{C-N} = -3.14$eV, $t_{B-C} = -2.7$eV, and $t_{B-N} = -2.81$eV.

Electronic band structures were calculated using cited TB/GF and Density Functional Theory (DFT) implemented in SIESTA code (version 2.0) [54, 63, 67] in the framework of local density approximation (LDA/CA) [57], employing periodic boundary conditions (PBC). The longitudinal, periodic, tube axis was set in the z direction and the radial directions was set in the xy-plane. The lattice parameter in x and y directions was set twenty times greater than z direction to mimic the vacuum space, avoiding any interactions between replicated images. In order to guarantee high precision results, we have used double-basis set functions (DZ). The norm-conserving pseudopotentials built on Troullier-Martins scheme [73] were used. The mesh cutoff is set to 250 Ry. We relaxing both cell lattice vectors and atomic positions until atomic forces below to 0.01 eV/ang.

3. Results and Discussion

3.1 Structural and Energetic Stabilization

We consider armchair (8,8) and zigzag (12,0) nanotubes to examine the role played by atomic distribution on the structural and energetic stabilization. This choice enables us to investigate the parameters (chirality or atomic distribution of C atoms) influencing more on the structural and energetic stabilization of the nanotubes. The number of atoms in (8,8) and (12,0) chiralities does not forbid the geometry calculations in the case of semiempirical methods. On the other hand, the radius size of these nanotubes prevents the hybridization effects in the electronic structure that can occur in the case of small diameters tubes [12, 28, 31, 49, 53].

Figures 1 and 2 show some of the atomic configurations of unit cells considered in this work. It can be noted that for the same chirality, there can be different stoichiometries and atomic distribution of B, N, and C atoms. We consider the atomic distribution of C atoms in the axial (A) and transversal (T) directions, assuming the axial direction of tubes as the main parameter.
Figure 1: Some atomic distributions and stoichiometries analyzed in this work for C_x(BN)_y armchair (8,8) nanotubes (from left to right): (a) BC_2N_1(T), (b) BC_2N_2(T), (c) BC_2N_3(A), (d) BCN(T), (e) B_3C_2N_3_1(T), and (f) B_3C_2N_3_2(A). The letters A and T in parentheses indicate that the carbon-carbon bonds are distributed in the axial or transversal direction, respectively, relative to the tube axes.

Figure 2: Some atomic distributions and stoichiometries analyzed in this work for C_x(BN)_y zigzag (12,0) nanotubes (from left to right): (a) BC_2N_1(T), (b) BC_2N_2(T), (c) BC_2N_4(A), (d) B_5C_2N_5_2(A), (e) BCN(A), (f) BC_4N_1(A), (g) BCN_2(A), and (h) BCN_3(A). The letters A and T in parentheses indicate that the carbon-carbon bonds are distributed in the axial or transversal direction, respectively, relative to the tube axes.

Figure 3 shows the numerical results for the heat of formation (ΔHF) per atom (eV/atom), for the (8,8) and (12,0) C_x(BN)_y nanotubes considered in this work. Comparing the results for the armchair (8,8) nanotubes with stoichiometries BC_N, BC_2N, BCN, and B_3C_2N_3, it can be seen that as the increasing concentration of C atoms has a direct impact on the enthalpy of formation. This can be understood by the introduction of planar sp^2 bonds between C atoms.
which are replaced with B and N. These planar bonds increase the structural stress in the walls of tubular systems, due to the curvature. In the case of CNX nanotubes, the N substitution influences the curvature resulting in a lower structural stress [16, 17]. However, for the (8,8) BC2N group, different $\Delta$HF/atom values were calculated even for the same stoichiometry as shown in Fig. 3. Similar results were also obtained for (12,0) nanotubes.

**Figure 3:** The heat of formation numerical results for nanotubes with (a) (12,0), and (b) (8,8) chiralities. It can be seen that for the same chirality (armchair or zigzag), the energy of formation increased with the increasing number of carbon atoms. This can be explained by the greater structural stress due to the carbon domain generated by the carbons introduced into the BN network.

Machado et al. [39], in a study of the distribution of BN and C stripes in BC2N nanotubes, showed that the differences in stability of different BC2N structures could be explained by the relationship between the numbers of regular chemical bonds (C − C and B − N) and wrong bonds (C − B and C − N). One recent study about BCN heterocycle rings [69] demonstrated that BC2N and BC4N molecules which have more C − C and B − N bonds are energetically more favorable if compared with their isomers. In the case of BCN graphene nanosheets, the increasing B − N bonds and their interactions with the graphene matrix influences the stability and electronic properties of these nanostructures [25, 51].

The total number of atoms ($N_{\text{Total}}$), including hydrogens, in the (12,0) and (8,8) nanotubes considered in this study, with the total number of bonds (Tb), the number of regular chemical bonds (Rb), and de number of wrong chemical bonds (Wb) for the group of molecules are shown in Table 1. As in the work of Machado et al. [39], the ratio between the total number of chemical bonds (Tb) and the number of wrong bonds (Wb) was calculated for the B5C5N5, B3C3N3, BCN, BC2N, BC4N, and BC6N nanotubes. Considering molecules with the same stoichiometry, an increase in Tb/Wb has an influence on the $\Delta$HF/n$_{\text{atom}}$ as it can increase/decrease the structural stabilization of the nanotubes (see Table 1 and Fig. 3).

Theoretical studies about domains formation, with different shapes, in $B_xC_yN_z$ nanostructures have been reported [4, 5, 8, 24, 38, 40, 41, 50, 74, 87]. Annealing process simulations [4, 41] indicate that ordered patterns are more favorable than disordered patterns of BN and C domains. According to Martins [41], carbon atoms form isolated islands in BN network. In order to analyze the energy of incorporation of C atoms and the formation of C
domains in the BN network, the relative enthalpy of formation \( E_{rel} \) was calculated from the heat of formation. \( E_{rel} \) is defined as the relative enthalpy of formation per carbon atom:

\[
E_{rel} = \frac{\Delta HF(C_x(BN)_y) - \Delta HF(BN)}{n_c}
\]

where \( \Delta HF(C_x(BN)_y) \) is the enthalpy of formation of the \( C_x(BN)_y \) nanotube calculated using AM1 semiempirical methods, \( \Delta HF(BN) \) is the enthalpy of formation of a pristine BN nanotube obtained by the same method, and \( n_c \) is the total number of carbon atoms.

**Table 1:** The total number of atoms \( (N_{Total}) \), total bonds \( (Tb) \), regular bonds \( (Rb) \), wrong bonds \( (Wb) \), and \( Tb/Wb \) ratios for the nanotubes considered in this work. A decrease in wrong bonds resulted in lower heats of formation of the molecules, reflecting structural stabilization of the nanotubes.

| Nanotube \( (12,0) \) | \( N_{Total} \) | Tb | Rb | Wb | Tb/Wb |
|------------------------|----------------|----|----|----|--------|
| \( B_2C_2N_5 \) | 312 | 420 | 372 | 48 | 8.8 |
| \( B_2C_2N_5 \_1 \) | 312 | 420 | 324 | 96 | 4.4 |
| \( B_2C_2N_5 \_1 \) | 312 | 420 | 360 | 60 | 7.0 |
| \( B_2C_2N_5 \_2 \) | 312 | 420 | 276 | 144 | 2.9 |
| BCN | 312 | 420 | 324 | 96 | 4.4 |
| \( BC_2N \_2 \) | 312 | 420 | 360 | 60 | 7.0 |
| \( BC_2N \_4 \) | 312 | 420 | 308 | 112 | 3.8 |
| \( BC_2N \_1 \) | 312 | 420 | 288 | 132 | 3.2 |
| \( BC_2N \_3 \) | 312 | 420 | 276 | 144 | 2.9 |
| \( BC_2N \_3 \) | 312 | 420 | 284 | 136 | 3.1 |
| \( BC_2N \_1 \) | 312 | 420 | 236 | 184 | 2.3 |
| \( BC_2N \_2 \) | 312 | 420 | 236 | 184 | 2.3 |

| Nanotube \( (8,8) \) | \( N_{Total} \) | Tb | Rb | Wb | Tb/Wb |
|------------------------|----------------|----|----|----|--------|
| \( B_2C_2N_3 \_2 \) | 416 | 576 | 464 | 112 | 1.2 |
| \( B_2C_2N_3 \_1 \) | 416 | 576 | 528 | 96 | 1.1 |
| \( B_2C_2N_3 \_3 \) | 416 | 576 | 528 | 48 | 1.1 |
| BCN | 416 | 576 | 448 | 128 | 1.3 |
| \( BC_2N \_4 \) | 416 | 576 | 192 | 384 | 3.0 |
| \( BC_2N \_3 \) | 416 | 576 | 192 | 384 | 3.0 |
| \( BC_2N \_1 \) | 416 | 576 | 384 | 192 | 1.5 |
| \( BC_2N \_2 \) | 416 | 576 | 528 | 48 | 1.1 |
| \( BC_4N \) | 416 | 576 | 464 | 112 | 1.2 |
| \( BC_2N \_T \) | 416 | 576 | 336 | 240 | 1.7 |
| \( BC_6N \_A \) | 416 | 576 | 480 | 96 | 1.2 |

**Figure 4:** Relative heat of formation divided by the total number of carbon atoms for nanotubes with (a) \( (12,0) \) chirality and (b) \( (8,8) \) chirality. For the same chirality and stoichiometry, the energy of carbon incorporation is related to the atomic distribution of carbon, nitrogen, and boron atoms in the tube walls.

As the total number of atoms is different for tubes with different chiralities, this fact can be used to compare the enthalpies of formation of model molecules with a different number of...
atoms. From the results shown in Figure 4, comparison of the energy of incorporation for molecules with the same chirality, but different numbers of carbon atoms, suggests that the energy of incorporation should increase with the increasing numbers of carbon atoms. However, comparison of the results for the (8,8) nanotube with B\(_2\)C\(_2\)N\(_3\)_1, BCN, and BC\(_2\)N\(_1\) stoichiometries revealed no notable differences between the carbon atoms incorporation energies. Comparison of the \(\triangle\)HF/atom values for the BC\(_2\)N\(_1\) and BC\(_2\)N\(_2\) nanotubes can indicate that the introduction of carbon atoms into the BN network could facilitate the introduction of new carbon atoms. These findings provide an explanation for the experimental observation of the creation of carbon and BN domains in the case of the B\(_X\)C\(_Y\)N\(_Z\) structures [21, 32, 48]. Moreover, in the case of the BC\(_2\)N group, the carbon incorporation energy changed with the atomic distribution. It could therefore be concluded that the atomic distribution influenced the structural stabilization of the nanotubes.

### 3.2 Electronic Properties

Previous studies of boron nitride nanotubes using tight-binding (TB) and local density approximation (LDA) approaches have shown that TB results agree with experimental measurements for large radius tubes. For small tubes, however, there are discrepancies. Strong hybridization effects of the antibonding \(\pi^*\) and \(\sigma^*\) can occur because of the curvature of small radius tubes [12, 28, 31, 49, 53]. For (n,0) tubes with diameter larger than 9.0Å, the hybrid state does not play any role in determination of the band gap of the BN tubes using a simple TB model [15, 61]. As can be notice the chiralities that were chosen in this study - (8,8) and (12,0) - avoid the hybridization effects. We calculate the electronic properties of C doped BN nanotubes (both armchair and zigzag) by TB/GF and DFT/PBC methods. Figure 5 shows the numerical results of tight-binding calculations (TB/GF), and periodic boundary conditions calculations (DFT/PBC) for the electronic band gaps of (8,8) and (12,0) C\(_X\)(BN)\(_Y\) nanotubes shown in Figure 4. Theoretical values of energy band gap calculated in this work are in good agreement with experimental measurements (2.03 eV and 3.43 eV) for two-dimensional BN nanostructures doped with low carbon concentration [74].

As the atomic configuration has a strong impact on the structural stability and, it is interesting to verify if the electronic properties respond in the same fashion or not. Starting by how carbon concentration in BN structure could change the electronic properties, we can analyze the TB/GF and DFT/PBC results for (12,0) nanotubes with B\(_2\)C\(_2\)N\(_5\), B\(_3\)C\(_2\)N\(_3\), and BC\(_4\)N stoichiometries. Comparing the number of carbon atoms in the case of the B\(_2\)C\(_2\)N\(_5\), B\(_3\)C\(_2\)N\(_3\), and BC\(_4\)N (12,0) nanotubes, it can be seen that the first nanotube has fewer C atoms than the second one, and the second tube has fewer C atoms than the last one. As the (12,0) carbon nanotube shows metallic behavior, it is expected that the increase of carbon atoms in the C\(_X\)(BN)\(_Y\) nanotube should decrease the band gap value. The results shown in Figure 5 for B\(_2\)C\(_2\)N\(_5\)_1 (E\(_g\) = 2.86eV), B\(_3\)C\(_2\)N\(_3\)_2 (E\(_g\) = 2.98eV), and BC\(_4\)N\(_1\) (E\(_g\) = 0.10eV) revealed the expected behavior for the BC\(_4\)N\(_1\) nanotube. Nevertheless, the numerical results of the TB/GF and DFT/PBC methods applied on BC\(_6\)N\(_T\) and BCN (8,8) nanotubes showed less evidence of dependence on the increasing of carbon concentration and decreasing energy band gap. BC\(_6\)N\(_T\) (8,8) has a higher number of carbon atoms if compared with BCN (8,8) nanotube. In both cases the carbon atoms are distributed in the transversal direction of the tubular axes. As can be seen at Figure 5, the difference between the number of C atoms in the tubes is not sufficient to generate any significant modification in the semiconductor characteristics of these
C\textsubscript{x}(BN)\textsubscript{y} nanostructures. In agreement with our results, Gonçalves and co-workers in their theoretical studies of B\textsubscript{x}C\textsubscript{y}N\textsubscript{z} nanoribbons have concluded the band gap value is independent of the carbon concentration [24].

![Figure 5](image)

**Figure 5:** Energy band gap values (E\textsubscript{g}) calculated using the Green’s function and PBC methods for (12,0) and (8,8) nanotubes with different stoichiometries. Note that for the same chirality, diameter, and stoichiometry, the energy band gap can vary depending on the carbon, nitrogen, and boron atomic distribution in the hexagonal network.

To analyze if the electronic structure is related with stoichiometry, diameter, and chirality we can made a comparison of the energy band gap values for the (8,8) nanotubes with the same BC\textsubscript{2}N stoichiometry (BC\textsubscript{2}N\textsubscript{1}, BC\textsubscript{2}N\textsubscript{2}, BC\textsubscript{2}N\textsubscript{3}, BC\textsubscript{2}N\textsubscript{4}). As can be seen, a variation of 1.0 eV is observed in band gap, showing that the behavior changed from semiconductor to metallic. If we share the structures in groups with the same chirality, diameter and stoichiometry, despite the numerical differences (as expected), a similar profile of the gaps is observed. In other words, the atomic distribution of B, C, and N greatly affect the band gap opening (see Figures 1, 2, and 5). This is an indication of the importance of the atomic distribution of C, B, and N atoms in comparison with the stoichiometry, chirality, and diameter in determining the electronic properties of C\textsubscript{x}(BN)\textsubscript{y} nanotubes. However, the influence of transversal and axial atomic distributions on the electronic properties of armchair and zigzag C\textsubscript{x}(BN)\textsubscript{y} nanotubes remains an open question.

The results obtained can be summarized as follows: i) for the same stoichiometry, the relative stability of the tubes depends on the atomic distribution of B, N, and C atoms; (ii) the stability of the structure is defined by the number of C – C and B – N bonds (inducing C and BN domains in the hexagonal structure); (iii) the relative atomic distributions of C, B, and N atoms can have a greater influence on the electronic properties compared to stoichiometry, diameter, and chirality.
4. Conclusions

In conclusion, we examine that the atomic distribution of B, C, and N atoms has a great impact on the stability of the tubes. The results obtained for enthalpy of formation showed that the number of B − C, C − N, C − C, and B − C bonds influence the structural stabilization of C_x(BN)_y nanotubes. In electronic structure calculations, we report that the relative position of C, B, and N atoms is critical for determining the band gap opening. Consequently, the electronic properties can efficiently be engineered by controlling the atomic distribution of C, B, and N. These results provide the possibility of using these nanotubes (consisting of B, C, and N) in nanoelectronics.

Acknowledgments

The authors are grateful for the financial support from the Brazilian Research Council (CNPq), CAPES, FAPEMIG, and FINEP. A.C.M. Carvalho would like to thank M.S. Ferreira for fruitful discussions.

References

[1] An, W., and Turner, C. H. Linking carbon and boron-nitride nanotubes: Heterojunction energetics and band gap tuning. Physics Chemical Letters, 2010, 1, 2269–2273.

[2] Azevedo, S. Energetic and electronic structure of BC_2N compounds. European Physics Journal B, 2005, 44, 203–207.

[3] Azevedo, S., de Paiva, R., and Kaschny, J. Stability and electronic structure of B_xC_yN_z nanotubes. Journal of Physics: Condensed Matter, 2006, 18, 10871–10879.

[4] Azevedo, S., and de R. Paiva. Structural stability and electronic properties of carbon-boron nitride compounds. Europhysiscs Letters, 2006, 75, 126–132.

[5] Azevedo, S., and Kaschny, J. R. Effect of bn domains on the stability and electronic structure of carbono nanotubes. Solid State Communications, 2013, 168, 11–14.

[6] Bai, X., Wang, E., Yu, J., and Yang, H. Blue-violet photoluminescence from large-scale highly aligned boron carbonitride nanofibers. Applied Physics Letters, 2000, 77, 67–69.

[7] Barbosa, R. A., and Baierle, R. J. Fluorination of BCN nanostructures: A first principles study. Thin Solid Films 551 (2014), 136–141.

[8] Basheer, E. A., Parida, P., and Pati, S. K. Electronic and magnetic properties of BCN nanoribbons: a detailed computational study. New Journal of Physics, 2011, 13, 053008–053019.

[9] Bhattacharya, S., Majumder, C., and Das, G. P. Hydrogen storage in ti-decorated BC_2N nanotube. Journal of Physical Chemistry Letters, 2005, 220, 558–562.

[10] Bhattacharya, S., Majumder, C., and Das, G. P. 3rd transition metal decorated B-C-N composite nanostructures for efficient hydrogen storage: A first-principles study. Bulletin of Material Science, 2009, 32, 353–360.
[11] Blase, X. Properties of composite B_xC_yN_z nanotubes and related heterojunctions. *Computational Material Science, 2000*, 17, 107–114.

[12] Blase, X., Benedict, L. X., Shirley, E. L., and Louie, S. G. Hybridization effects and metallicity in small radius carbon nanotubes. *Physical Review Letters, 1994*, 72, 1878–1881.

[13] Blase, X., Charlier, J.-C., Vita, A. D., and Car, R. Theory of composite B_xC_yN_z nanotube heterojunctions. *Applied Physics Letters, 1997*, 70, 197–199.

[14] Blase, X., Charlier, J.-C., Vita, A. D., and Car, R. Structural and electronic properties of composite B_xC_yN_z nanotubes and heterojunctions. *Applied Physics A, 1999*, 68, 293–300.

[15] Blase, X., Rubio, A., Louie, S. G., and Cohen, M. L. Stability and band gap constancy of boron nitride nanotubes. *Europhysics Letters, 1994*, 28, 335–340.

[16] Carvalho, A. C. M., and dos Santos, M. C. Stabilizing Y-junctions and ring structures through nitrogen substitution. *AIP Conference Proceedings, 2004*, 723, 347–350.

[17] Carvalho, A. C. M., and dos Santos, M. C. Nitrogen-substituted nanotubes and nanojunctions: Conformation and electronic properties. *Journal of Applied Physics, 2006*, 100, 084305–1–084305–5.

[18] Chen, Y., Barnard, J. C., and Palmer, R. E. Indirect band gap of light-emitting BC_2N. *Physical Review Letters, 1999*, 83, 2406–2408.

[19] Dhungana, K. B., and Pati, R. Boron nitride nanotubes for spintronics. *Sensors, 2014*, 14, 17655–17685.

[20] Du, A., Chen, Y., Zhu, Z., Lu, G., and Smith, S. C. C-bn single-walled nanotubes from hybrid connection of bn/c nanoribbons: Prediction by *ab initio* density functional calculations. *Journal of the American Chemical Society, 2009*, 131, 1682–1683.

[21] Enouz, S., Stephan, O., Cochon, J.-L., Colliex, C., and Loiseau, A. C-BN patterned single-walled nanotubes synthesized by laser vaporization. *Nanoletters, 2007*, 7, 1856–1862.

[22] Enyashin, A. N., Makurin, Y., and Ivanovskii, A. L. Quantum Chemical study of the electronic structure of new nanotubular systems: α-graphyne-like carbon, boron-nitrogen and boron-carbon-nitrogen nanotubes. *Carbon, 2004*, 42, 2081–2085.

[23] Golberg, D., Bando, Y., H.Takeshi, Y., Masanori, T., Chengchun, M., and Zhi, T. C. Boron nitride nanotubes and nanosheets. *ACS Nano, 2010*, 4, 2979–2993.

[24] Gonçalves, R. D., Azevedo, S., and Machado, M. Structural and electronic properties of B_xCyN_z nanoribbons: A first principles study. *Solid State Communications, 2013*, 175, 132–138.

[25] Gong, P. L., Huang, L. F., Zheng, X. H., Cao, T. F., Song, L. L., and Zeng, Z. The mechanisms of impurity-impurity and impurity-matrix interactions in b/n-doped graphene. *Chemical Physics Letter, 2014*, 605, 56–61.

[26] Guo, C. S., Z.H., W. J. F., Chen, and Zhang, R. Q. First-principles study of single walled armchair C_x(BN)y nanotubes. *Solid State Communications, 2006*, 137, 549–552.
[27] Guo, J., Zhi, C., Bai, D., and Wang, E. Boron carbonitride nanojunctions. *Applied Physics Letters*, **2002**, *80*, 124–126.

[28] Hamon, M. A., Itkis, M. E., Niyogi, S., Alvaraez, T., Kuper, C., Menon, M., and Haddon, R. C. Effect of rehybridization on the electronic structure of single-walled carbon nanotubes. *Journal of the American Chemical Society*, **2001**, *123*, 11292–11293.

[29] Harigaya, K. Calculations of electric capacitance in carbon and bn nanotubes, and zigzag nanographite (BN, BCN) ribbons. *Physica E*, **2005**, *29*, 628–632.

[30] Jana, D., Sun, C.-L., Chen, L.-C., and K-H. Chen. Effect of chemical doping of boron and nitrogen on the electronic, optical, and electrochemical properties of carbon nanotubes. *Progress in Materials Science*, **2013**, *58*, 565–635.

[31] Jia, J.-F., Wu, H.-S., and Jiao, H. The structure and electronic property of bn nanotube. *Physica B: Condensed Matter*, **2006**, *381*, 90–95.

[32] Kang, Y., Chu, Z., Zhang, D., Li, G., Jiang, Z., H. Cheng, and Li, X. Incorporate boron and nitrogen into graphene to make bcn hybrid nanosheets with enhanced microwave absorbing properties. *Carbon*, **2013**, *61*, 200–208.

[33] Kaur, J., Singhal, S., and Goel, N. Effect of substitutional carbon-doping in BNNTs on HF adsorption DFT study. *Superlattice Microstructure*, **2014**, *75*, 445–454.

[34] Kim, J., PhamJae, T. V., Hwang, H., Kim, C. S., and Kim, M. J. Boron nitride nanotubes: synthesis and applications. *Nano Convergence*, **2018**, *5*, 1–13.

[35] Kim, S., Park, J., Choi, H. C., Ahn, J. P., Hou, J. Q., and Kang, H. S. X-ray photoelectron spectroscopy and first principles calculation of bcn nanotubes. *Journal of the American Chemical Society*, **2076**, *129*, 1705–1716.

[36] Kimura, C., Kawai, S., Takizawa, K., Horikawa, Y., Aoki, H., and Sugino, T. Stable electron emission from BCN carbon nanotube field emitter. *Journal of Vaccum Science Technology*, **2009**, *27*, 744–748.

[37] Liu, A. Y., Wentzcovitch, R. M., and Cohen, M. L. Atomic arrangement and electronic structure of BC$_2$N. *Physical Review B*, **1989**, *39*, 1760–1765.

[38] Liu, Z. M., Zhu, Y., and Yang, Z. Half metallicity and electronic structures in armchair BCN-hybrid nanoribbons. *Journal of Chemical Physics*, **2011**, *134*, 074708–1–074708–6.

[39] Machado, M., Kar, T., and Piquini, P. The influence of the stacking orientation of C and BN stripes in the structure, energetics, and electronic properties of BC$_2$N nanotubes. *Nanotechnology*, **2011**, *22*, 205706–205714.

[40] Manna, A. K., and Pati, S. K. Tunable electron and magnetic properties in B$_x$C$_y$N$_z$ nanohybrids: Effect of domain segregation. *Journal of Physical Chemistry*, **2011**, *115*, 10842–10850.

[41] Martins, J. R., and Chacham, H. Disorder and segregation in b-c-n grapheme-type layers and nanotubes tuning the band gap. *ACSNano*, **2011**, *5*, 385–393.
[42] Matos, M., Azevedo, S., and Kaschny, J. R. On the structural properties of B-C-N nanotubes. *Solid State Communications, 2009*, 149, 222–226.

[43] Mirzaei, M. Calculation of chemical shielding in C-doped zigzag BN nanotubes. *Monatshefte fur Chemie, 2009*, 140, 1275–1278.

[44] Miyamoto, Y., Rubio, A., Cohen, M., and Louie, S. Chiral tubules of hexagonal BC2N. *Physical Review B, 1994*, 50, 4976–4979.

[45] Mo, L., Chen, Y., and Luo, L. Solid-state reaction synthesis of boron carbonitride nanotubes. *Applied Physics A, 2010*, 100, 129–134.

[46] Moghaddan, H. The CNT/BCN/CNT structure (zigzag type) as a molecular switch. *Physica E, 2009*, 42, 167–171.

[47] Moradian, R., and Azadi, S. Boron and nitrogen-doped single-walled carbon nanotube. *Physica E, 2006*, 35, 157–160.

[48] Moses, K., Shirodkar, S. N., Waghmare, U. V., and Rao, C. N. R. Composition dependent photoluminescence and electronic structure of 2-dimensional borocarbonitrides, BCxN(x = 1, 5). *Materials Research Express, 2014*, 1, 025603–025614.

[49] Motavas, S., Ivanov, A., and Nojeh, A. The curvature of the nanotube sidewall and its effect on the electronic and optical properties of zigzag nanotubes. *Computational and Theoretical Chemistry, 2013*, 1020, 32-37.

[50] Nascimento, R., Martins, J. R., Batista, R. J. C., and Chachan, H. Band gaps of BN-doped graphene: fluctuations, trends, and bounds. *Journal of Physical Chemistry C, 2015*, 119, 5055–5061.

[51] Nath, P., Sanyal, D., and Jana, D. Semi-metallic to semiconducting transition in graphene nanosheet with site specific co-doping of boron and nitrogen. *Physica E, 2014*, 56, 64–68.

[52] Nozaki, H., and Itoh, S. Structural stability of BC2N. *Journal of the Physical Chemistry of Solids, 1996*, 57, 41–49.

[53] Odom, T. W., Hiang, J.-L., Kim, P., and Lieber, C. M. Structure and Electronic Properties of Carbon Nanotubes. *Journal of Physical Chemistry B, 2000*, 104, 2794–2809.

[54] Ordejon, P., Artach, E., and Soler, J. M. Self-consistent order-n density-functional calculations for very large systems. *Physical Review B, 1996*, 53, R10441–R10445.

[55] Pan, H., Feng, Y., and Lin, J. First-principles study of optical spectra of single-wall BC2N nanotubes. *Physical Review B, 2006*, 73, 035420–1–035420–6.

[56] Pan, H., Feng, Y. P., and Lin, J. Ab initio study of single-wall BC2N nanotubes. *Physical Review B, 2006*, 74, 045409–1–045409–4.

[57] Perdew, J. P., and Wang, Y. Accurate and simple analytic representation of the electron gas correlation energy. *Physical Review B, 1992*, 45, 13244.
[58] Piazza, F., Nocua, J., Hidalgo, A., Jesus, J. D., Velazquez, R., Weiss, B., and Morell, G. Formation of boron carbonitride nanotubes from in situ grown carbon nanotubes. *Diamond and Related Materials, 2005*, 14, 965–969.

[59] P. Stewart, J. J. Optimization of parameters for semiempirical methods. method i. *Journal of Computational Chemistry, 1989*, 10, 209–221.

[60] Raidongia, K., Jagadeesan, D., Upadhyay-Kahaly, M., Waghmare, U. V., Pati, S. K., Eswaramoorthy, M., and Rao, C. N. R. Synthesis, structure and properties of homogeneous bc4n nanotubes. *Journal of the Materials Chemistry, 2008*, 18, 83–90.

[61] Rubio, A., Corkill, J. L., and Cohen, M. L. Theory of graphitic boron nitride nanotubes. *Physical Review B, 1994*, 49, 5081–5083.

[62] Saito, R., Dresselhaus, G., and Dresselhaus, M. Imperial College Press, London, 1998.

[63] Sanchez-Portal, D., Ordejon, P., Artacho, E., and Soler, J. M. Density-functional method for very large systems with lcao basis sets. *International Journal of Quantum Chemistry, 1997*, 65, 453–461.

[64] Sancho, M. P. L., Sancho, J. M. L., and Rubio, J. Quick iterative scheme for the calculation of transfer matrices: application to MO (100). *Journal of Physics F: Metal Physics, 1984*, 14, 1205–1215.

[65] Schmidt, M., Balbridge, K. K., Boatz, J. A., Elbert, S. T., Gordon, M. S., Jensen, J. H., Koseki, S., Matsunaga, N., Nguyen, K. A., Su, S. J., Windus, T. L., Dupuis, M., and Montgomery, J. General atomic and molecular electronic structure system. *Journal of Computational Chemistry, 1993*, 14, 1347–1363.

[66] Sen, R., Satishkumar, B., Goyindaraj, A., Harikumar, K., Zang, J.-P., Cheetham, A., and Rao, C. B-c-n, c-n and b-n nanotubes produced by the pyrolysis of precursor molecules over co catalysis. *Chemical Physics Letters, 1988*, 287, 671–676.

[67] Soler, J. M., Artacho, E., Gale, J. D., Garcia, A., Junquera, J., Ordejon, P., and Sanchez-Portal, D. The siesta method for *ab initio* order-n materials simulation. *Journal of Physics: Condensed Matter, 2002*, 14, 2745–2779.

[68] Souza, T. A., Silva, M. R. A., and Carvalho, A. C. M. Theoretical study of atomic arrangement in bxcynz nanotubular structures. *Physics Procedia, 2012*, 28, 84–90.

[69] Srivastava, A. K., and Misra, N. The boron-carbon-nitrogen heterocyclic rings. *Chemical Physics Letters, 2015*, 625, 5–9.

[70] Terauchi, M., Tanaka, M., Matsumoto, T., and Saito, Y. Electron energy-loss spectroscopy study of the electronic structure of boron nitride nanotubes. *Journal of Electron Microscopy, 1998*, 47, 319–324.

[71] Terrones, M., Golberg, D., Grobert, N., Seeger, T., Reyes-Reyes, M., Mayne, M., Kamalakaran, R., Dorozhkin, P., Dong, Z.-C., Terrones, H., Ruhle, M., and Bando, Y. Production and state-of-art characterization of aligned nanotubes with homogeneous BCxN (1 ≤ x ≤ 5) composites. *Advanced Materials, 2003*, 15, 1899–1903.
[72] Terrones, M., Grobert, N., and Terrones, H. Synthetic routes to nanoscale $B_xC_yN_z$ architectures. Carbon, 2002, 40, 1665–1684.

[73] Troullier, N., and Martins, J. L. Efficient pseudopotentials for plane-wave calculations. Physical Review B, 1991, 43, 1993.

[74] Venu, K., Kanuri, S., Raidongia, K., Hembram, K., Waghmare, U. V., and Datta, R. Band gap and chemically ordered domain structure of a graphene analogue bxcynz. Solid State Communication, 2010, 150, 2262–2265.

[75] Wang, P., and Zhang, C. Doped ways of boron and nitrogen doped carbon nanotubes a theoretical investigation. Journal of Molecular Structure: Theocemm, 2010, 955, 84–90.

[76] Wang, W., Bai, X., Liu, K., Golberg, D., Bando, Y., and Wang, E. The structure, stability, and electronic properties of ultra-thin bc2n nanotubes: a first-principle study. Journal of the American Chemical Society, 2006, 128, 6530–6538.

[77] Wang, Y., Zhang, J., Huang, G., Yao, X., and Shao, Q. The structure, stability, and electronic properties of ultra-thin BC$_2$N nanotubes: a first-principles study. Journal of Molecular Modelling, 2014, 20, 2536–2544.

[78] Watanabe, M. O., Itoh, S., Sasaki, T., and Mizushima, K. Visible-light-emitting layered bc2n semiconductor. Physical Review Letters, 1996, 77, 187–190.

[79] Wei, X., Wang, M.-S., Bando, Y., and Golberg, D. Electron-beam-induced substitutional carbon doping of boron nitride. ACSNano, 2011, 5, 2916–2922.

[80] Weng-Sieh, Z., Cherrey, K., Chopra, N., Blase, X., Miyamoto, Y., Rubio, A., Cohen, M., Louie, S., and Zettl, A. Synthesis of $B_xC_yN_z$ nanotubules. Physical Review B, 1995, 51, 11229–11233.

[81] Xiao, H., Zhang, C., Zhang, K., Sun, L., and Zhong, J. Tunable differential conductance of single wall cbn nanotube heterostructure. Journal of Molecular Modelling, 2013, 19, 2965–2969.

[82] Xiao, H. P., He, C., Zhang, C. X., Sun, L. Z., Zhou, P., and Zhong, J. Stability, electronic structures and transport properties of armchair (10, 10) bn/c nanotubes. Journal of Solid State Chemistry, 2013, 200, 294–298.

[83] Yao, B., Chen, W., Liu, L., Ding, B., and Su, W. Amorphous B-C-N semiconductor. Journal of the Applied Physics, 1998, 84, 1412–1415.

[84] Yin, L., Bando, Y., Golberg, D., Gloter, A., Li, M.-S., Yuan, X., and Sekiguchi, T. Porous bcn nanotubular fibers: growth and spatially resolved cathodoluminescence. Journal of the American Chemical Society, 2005, 127, 16354–16355.

[85] Yu, J., Ahn, J., Yoon, S., Zhang, Q., Gan, R., Chew, K., Yu, M., Bai, X., and Wang, E. Semiconducting boron carbonitride nanostructures: nanotubes and nanofibers. Applied Physics Letters, 2000, 77, 1949–1951.

[86] Zahedi, E. Size-dependent electronic structures of boron carbonitride (BC$_2$N) nanotubes. Superlattice and Microstructure, 2011, 50, 491–500.
[87] Zhu, J., Bhandary, S., Sanyal, B., and Ottosson, H. Interpolation of atomically thin hexagonal boron nitride and graphene: electronic structure and thermodynamic stability in terms of all-carbon conjugated paths and aromatic hexagons. *Journal of Physical Chemistry, 2011, 115*, 10264–10271.